Amixture of Mn(CH 3 COO) 2 ) × 4H 2 O(0.2 mmol, 0.05 g), 2-(4'-chlorobenzoyl)benzoic acid (0.4 mmol, 0.10 g), 2,2'-bipyridine (0.2 mmol, 0.032 g) and H 2 O(18 mL) was placed in a30mLTef-lon-lined autoclave under autogenous pressure at 423 Kfor seven days. After cooling to room temperature, yellow block-shaped crystals were collected by filtration and washedw ith distilled water in 42 %yield (based on Mn). Elemental analysis -found: C, 61.2 %; H, 3.14 %; N, 2.5 %; calculatedfor C 104 H 64 Cl 6 Mn 3 N 4 O 18 :C,61.4 %; H, 3.17 %; N, 2.8 %.
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